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The properties of the early transistors were determined by the minority- 
carrier lifetime, as is the silicon photovoltaic solar cell. Most of the 
devices on the modern integrated circuits are majority carrier devices, in 
part to avoid this lifetime dependence. It is pertinent to note that the 
micro-electronics industry typically starts with wafers with a minority- 
carrier lifetime of ca. 1000 micro-seconds, but during device fabrication this 
lifetime is reduced to below ca. 1 micro-second, in spite of extraordinary 
cleanliness and precautions. Process-induced defects (PID) are the cause of 
this lifetime reduction, but PID is a rubric covering many poorly identified 
defects or unidentified defects. These defects include point defects, defect 
complexes, line defects, and bulk precipitates. We have some ideas about the 
nature of recombination at point defects and point defects complexes, but one 
of the aspects that needs to be understood is the nature of minority carrier 
recombination at line defects and at precipitates. 
Some of the PlDs are known to be related to the fast-diffusers of the iron- 
series transition elements. One of the common techniques of dealing with 
these elements is "intrinsic" gettering by the oxygen precipitates. But even 
in the gettered state, there may be a residual effect on the lifetime. 
Oxygen is an almost ubiquitous impurity in silicon and plays an important role 
in both integrated circuits and solar cells. The knowledge about oxygen in 
silicon will be reviewed. The isolated oxygen interstitial is electrically 
inactive, but in its various aggregated forms it has a variety of electrical 
activities. The impact of these defects on the minority carrier lifetime is 
unknown. The agglomeration and precipitation of oxygen, including impurity 
gettering and the complicating role of carbon, will be discussed. 
The recent work on the thermal donors is providing a great deal of insight 
into the structure of the precipitates and has promise of leading to an 
understanding of the complex processes associated with oxygen in silicon. 
These results will be discussed. 
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DISCUSSION 
ELWELL: Do you believe that the vacancy-assisted diffusion is what's leading 
to precipitation of oxygen in silicon for the thermal donors, or do 
you believe that precipitation is vacancy-assisted? Have you ever 
studied that by comparing the defects you get by ESR for a slice 
taken from the top of a Czochralski wafer, where you are subject to 
a lot of fluctuations, as compared with the early stage of 
precipitation in a wafer grown in a magnetic field, where you think 
the interface is much more quiescent during growth? 
CORBETT: No, it has not been studied to the extent that I think it should be. 
We do know a good bit about many of these vacancy interactions, but 
there is a great controversy raging about what's going on with 
silicon self-diffusion. 
CISZEK: Could you elaborate a little bit on your views of how the carbon and 
the silicon interstitials are interacting in forming the B-type 
swirl defect in float-zone silicon? 
CORBETT: My own opinion would be the entrapment of liquid in the growth. The 
liquid is more dense than the solid and it is simply captured and 
ends up as a material-rich region that throws them into it. 
CZSZEK: Do you have any comments, Dr. Abe? I would be very interested In 
perhaps your latest ideas of what may be going on in that 
interaction of carbon in self-interstitials. 
KALEJS: [Question addressed to Dr. Abel What is your current thinking about 
how the B-swirl may be formed from carbon and silicon 
self-interstitials? 
ABE: I think these are pre- stages of an A-swirl that are not closely related 
to the carbon impurity. 
CORBETT: Can you denude a zone of A and B swirls? 
ABE: A and B swirls consist of silicon interstitials. Silicon interstitials 
diffuse out from the surface so you can perhaps make a denuded zone. 
